We are IntechOpen, the world’s leading publisher of Open Access books
Built by scientists, for scientists

5,500
Open access books available

134,000
International authors and editors

165M
Downloads

154
Countries delivered to

TOP 1%
Our authors are among the most cited scientists

12.2%
Contributors from top 500 universities

WEB OF SCIENCE™
Selection of our books indexed in the Book Citation Index in Web of Science™ Core Collection (BKCI)

Interested in publishing with us?
Contact book.department@intechopen.com

Numbers displayed above are based on latest data collected.
For more information visit www.intechopen.com
Abstract

Considerable efforts have been devoted to the research of high-performance and long-lifespan lithium-ion batteries (LIBs) for their applications in large-scale power units. As one of the most important components in LIBs, anode plays an important role in determining the overall performance of LIBs. Nowadays, graphite has been the most successfully commercialized anode material. However, its limited theoretical capacity (372 mA h g\(^{-1}\)) and limited power density seems insufficient for the next-generation LIBs. To overcome these problems, new materials with fundamentally higher capacity and higher power density are urgently needed. Recently, there is an ever-increasing interest in developing novel carbonaceous nanomaterials to replace graphite as the anode materials for LIBs. Such materials have included carbon spheres, carbon nanotubes, carbon nanofibers (CNFs), porous monoliths, and graphene. Among these alternative forms of carbon, CNFs and its morphological-controlled derivatives (such as porous or hollow CNFs) have attracted much attention due to their unique and interesting properties such as one-dimensional (1D) nanostructure, good electronic conductivity, and large surface areas. Moreover, these CNFs can be used to encapsulate various second phases to form some functional composite, meeting further requirements including higher energy density, higher power density or flexible requirements, for the advanced LIB operation.

Electrospinning is considered as a simple, versatile, and cost-effective industry-viable technology for preparing various CNFs and their composites in a continuous process, with controllable morphology. Therefore, in this chapter, we have summarized some recent progresses in electrospun nanofibrous carbon-based anode for LIBs, covering the structure evolution from solid CNFs into morphology-designed CNFs, and then their composites with various functional nanoparticles. We anticipate this paper can offer some useful information for some researchers in the area of energy storage and conversion and can inspire them.

Keywords: electrospinning, carbon-based nanofibers, anode, lithium-ion batteries, nanomaterials
1. Introduction

Energy conversion and storage become more and more important in the context of the increasing global energy demand because of the inadequacy of fossil fuels, climate change, and deteriorating environmental conditions. Currently, among the available energy conversion and storage technologies, lithium-ion battery (LIB) is the most versatile and successful technology that possess high-energy densities (2–3 times higher than conventional batteries), no memory effects, relatively slow self-discharge rates, and longer battery lifetimes, and therefore they have received intense attention from both the academic community and industry as the dominant power source in hybrid electric vehicles (HEVs), plug-in hybrid electric vehicles (PHEVs), and full electric vehicles (EVs) [1–4]. For further enhancing the performance of LIBs, many studies concentrated on changing either the chemical composition or macroscopic structure of the components [5, 6].

As one of the most important components in LIBs, anode plays an important role in determining the overall performance of LIBs. At present, most commonly used anode materials for commercial LIBs are graphite powders that have limited theoretical capacity (372 mA h g$^{-1}$) and long diffusion pathways for the lithium ions [7]. This may result in low energy and low power densities, which cannot meet the ever-expanding demands for next-generation LIBs. To resolve the problem, a variety of nanostructured carbonaceous materials have been investigated as anode materials for LIBs, such as carbon nanobeads [8], hollow carbon nanospheres [9, 10], carbon nanotubes [11–13], carbon nanofibers (CNFs) [14–16], graphenes [17–19], and their composites [20–22].

Among various carbon nanostructures, CNFs and its morphological-controlled derivatives (such as porous or hollow CNFs) have attracted much attention because they could provide an enhanced surface-to-volume ratio for the electrode–electrolyte interface, short transport lengths for ionic transport, and efficient one-dimensional (1D) electron transport along the longitudinal direction when compared to the powder materials [23]. Moreover, these CNFs can be used to encapsulate various second phases to form functional composite, meeting the ever-growing demand for advanced batteries. Electrospinning has been widely used as a simple, versatile, and cost-effective industry-viable technology to prepare various CNFs and their composites in a continuous process, with controllable morphology and compositions [24–42]. The principle of electrospinning has been well introduced in several excellent reviews on electrospun materials for energy-related applications [43–46]. In this chapter, we have summarized some recent advances in the area of 1D CNF-based materials for LIB anodes, covering the structure evolution from electrospun solid CNFs into morphology-constructed porous CNFs, and their composites with various functional nanoparticles.
2. Electrospun CNFs

2.1. Solid CNFs

Carbon materials including graphite, graphene, fullerenes, carbon nanotubes, and CNFs have attracted tremendous attention in both fundamental research and industrial applications, especially in the applications of energy storage and conversion devices such as LIBs [47, 48]. Among these various carbon materials, 1D electrospinning-derived CNFs are of high interest as potential anode materials due to their high-specific surface area, good conductivity, and structural stability, which are the key factors influencing the electrochemical properties of carbon electrodes [23, 49–52]. The 1D nature of the CNF anode not only facilitates the electron transport along the axial direction, but also reduces the lithium-ion diffusion distance through short radial direction, both of which are beneficial for the improved specific capacity and rate capability.

The CNFs can be derived from many synthetic or natural polymeric precursors such as polyacrylonitrile (PAN), polyvinyl pyrrolidone (PVP), polyvinyl alcohol (PVA), lignin, or cellulose. It should be noted that the physical and chemical properties of CNFs highly depend on the chemical structure of the carbon precursors. Currently, the commonly used precursor for CNFs is PAN, which has good spinnability, and can yield a high amount of carbon residue after simple stabilization and carbonization processes [44]. Moreover, owing to the robust integrated network structure and good electrical conductivity, PAN-derived CNF webs can be directly used as the anode materials without adding any adhesive and conductive additives, which can reduce the weight of anode, and thus improving the energy density of a full cell [53]. Endo’s group [23] synthesized the PAN-derived CNF webs by the electrospinning technique combined with two-step heat-treatments and investigated their lithium-storage properties along the variation of carbonization temperature (from 700°C to 2800°C). The composition ratio of amorphous carbon and graphitic carbon in these CNFs was demonstrated to affect the reversible capacity, slope or plateau charge–discharge characteristic, and rate/cycling performance. The high-purity CNF web thermally treated at 1000°C shows the high-rate capability (350 mA h g\(^{-1}\) at a charge current of 100 mA g\(^{-1}\)) owing to the interlinked nanofibers, a large accessible surface area, and relatively good electrical conductivity, which make it an ideal candidate for the anode material of high-power LIBs. Nevertheless, the large-scale applications of PAN-derived CNFs might be hampered by the following two reasons. First, PAN is a relatively expensive synthetic polymer, of which the price varies with that of the crude oil [54]. Second, PAN is hard to dissolve in many solvents, and its most commonly used solvent, dimethylformamide (DMF), is known to be harmful for human beings during the electrospinning process [55].

Water or ethanol/polymer system is a better choice to avoid the aforementioned problems and lower the production cost. PVP is the type of water-soluble polymer, and has been widely used in industry due to its merits of low cost, nontoxicity, and good compatibility with metallic precursors. The preparation process of well-controlled PVP-derived CNFs has also been comprehensively investigated; however, the lithium-storage of this fiber-based electrode is temporarily lower than that of PAN-derived CNFs [54]. Other common water-soluble CNF
precursors such as PVA [55, 56], lignin, and cellulose [57, 58] have been used to prepare fibrous electrode; nevertheless, all of them show low mechanical properties as compared with PAN-derived CNFs.

Coaxial electrospinning or coelectrospinning, a breakthrough in the electrospinning method, has been used to prepare core–shell soft-hard CNFs, in which a spinneret consisting of two coaxial capillaries is used, with PAN/DMF as the external solution and mineral oil as the inner solution (Figure 1) [59]. After the stabilization and carbonization processes, the soft–hard core–shell CNFs were obtained with shell PAN converted to hard carbon and core mineral oil decomposed to soft carbon. The coaxial CNFs combine the advantages of both hard carbon (possess a high capacity of 400–500 mA h g\(^{-1}\), but poor capacity retention performance) and soft carbon (has a lower, but reversible capacity of 200–300 mA h g\(^{-1}\), however, it shows a very serious voltage hysteresis during the delithiation process), and therefore exhibits enhanced reversible capacity as an anode in LIBs (390 mA h g\(^{-1}\) at a charge current of 100 mA g\(^{-1}\)) even though the kinetics of the charge process requires further improvement.

Figure 1. Schematic illustrations of (a) the coaxial electrospinning apparatus and (b) preparation of coaxial CNFs [59].

2.2. Porous CNFs

Recent research has showed that the introduction of various porous structures into CNFs could greatly enhance both the specific capacity/capacitance and the rate capability. This is because the incorporated pore can possibly create high-specific surface area that provides more charge transfer. Up to date, many strategies have been used to control the porous structure in CNFs for LIB application. Template-based processes are of great interest for the preparation of porous CNFs with high surface area. Kang’s group [60] synthesized porous CNFs by etching off the silica template in CNFs from pyrolysis of the electrospun polyamic acid/tetraethoxysilane (TEOS) nanofibers. The porous CNF electrode showed a high reversible capacity of 445 mA h g\(^{-1}\) after 50 cycles, which is higher than that of commercial graphite (372 mA h g\(^{-1}\)). The nitrogen adsorption–desorption isotherms showed that the specific surface area can reach to 950 m\(^2\) g\(^{-1}\), which is contributed to the large amounts of micropores. Here, the micropores can serve as the active “reservoir” for absorbing more lithium during cycling, thus improving the
lithium-storage capacity based on the bare CNFs. Lee et al. [61] have utilized coaxial electrospinning to fabricate hollow CNFs (HCNFs) as anode materials and studied the effect of carbonization temperature on the electrochemical performance. Styrene-co-acrylonitrile (SAN) and PAN in DMF solutions were served as the core and shell materials. The as-spun nanofibers were stabilized at 270–300°C for 1 h in air, and then carbonized at 800, 1000, 1200, and 1600°C for 1 h in nitrogen, respectively. During thermal treatment, the linear PAN molecules were transformed to the ladder structure and got carbonized in the following process; meanwhile, the core component burned out leading to the hollow structure (Figure 2). The large continuous hollow pore can facilitate the Li⁺-carrying electrolyte penetrate into the inner part of CNFs, thus highly reducing the Li⁺-diffusion distance, and making the full use of the active lithium-storage part at high charge–discharge rate. The capacities after 10 cycles at a current of 50 mA g⁻¹ were 390, 334, 273, and 243 mA h g⁻¹ in accordance to their carbonization temperature (800–1600°C), with a very high coulombic efficiency. The reversible

![Figure 2. FE-SEM images of HCNFs carbonized at (a) 800°C, (b) 1000°C, (c) 1200°C, and (d) 1600°C [61].](image-url)
discharge capacities are slightly reduced even though four times higher current density is supplied (Figure 3).

Figure 3. Discharge capacity vs. discharge rate for the HCNFs carbonized at various temperatures [61].

Recently, nitrogen-doped carbon materials are a researchers owing to the high capacity and rate capability [10, 62–65]. In a recent research, Liu et al. fabricated a new type of nitrogen-doped carbon tube by pyrolyzing polydopamine (PDA) using silica nanofibers as templates (Figure 4) [65]. The SiO$_2$ NFs were first fabricated by an electrospinning technique and subsequent calcination in air, and then immersed in a dopamine aqueous solution (pH: ~8.5). Subsequently, the dopamine monomers were covalently joined via aryl–aryl linkages owing to the oxidation and cyclization reactions, forming a PDA coating layer on the surface of the SiO$_2$ NFs. Then, the core–shell SiO$_2$ NFs/PDA nanofibers were carbonized at 750°C for 3 h in a N$_2$ atmosphere. Finally, N-CTs were obtained by etching off the silicate template with sodium hydroxide solution. The N-CTs show a fibrous morphology (diameter, 200–400 nm; length, several micrometers), a typical hollow feature (wall thickness, ~16 nm), and discontinuous and randomly constructed graphene-like layers (the $d_{002}$ interlayer spacing, 0.354 nm) (Figure 5). The PDA-derived carbon tubes (N-CTs) as anode materials for LIBs show a remarkable self-improved capacity along cycling. This is contributed to the continuous interlamellar spacing expansion between the graphene-like carbon layers during cycling. (Figure 6) Moreover, owing to the unique hollow structure, ultrafine carbon-tube wall, and nitrogen doping, the N-CT electrode shows very high specific capacity, outstanding rate capability, and robust durability, giving a superior reversible capacity of 1635 mA h g$^{-1}$ at 100 mA g$^{-1}$ after 300 cycles and 1103 mA h g$^{-1}$ at 500 mA g$^{-1}$ after 500 cycles. The excellent electrochemical performance makes the N-CTs a potential anode material for the next-generation LIBs.
Figure 4. Schematic illustration of the synthesis of N-doped carbon tubes [65].

Figure 5. (a) SEM image of SiO$_2$ NFs, (b and c) SEM images of N-CTs, and (d–f) HR-TEM images of N-CTs [65].
Figure 6. Illustration of lithium-ion storage/transport in N-CTs during the repeated lithiation and delithiation processes [65].

Figure 7. (a) Schematic illustration of the preparation of the HPCNF electrode. (b and c) Photographs of supported and flexible HPCNF film [68].
Besides, some other additives such as ZnCl$_2$ and H$_3$PO$_4$ usually act as the activating agents to produce porous structures in CNFs [66, 67]. These activating agents lead to large amounts of micropores in the surface of CNFs, thus providing more surface active sites for absorbing the Li$^+$. Lately, a novel and simple method (air activation method) have attracted much attention as the method needs no template and activating agents. Yu’s group [68] prepared highly porous CNFs (HPCNFs) by two-step carbonization of electrospun PAN nanofibers. During carbonization process at 1000°C in Ar, a certain volume of air were mixed into the Ar flow, where the CNFs were partially burnt off and numerous micro/mesopores were formed simultaneously (Figure 7). The as-synthesized HPCNFs exhibit a paper-like external morphology and highly porous internal nanostructure. When used as a binder-free anode in LIBs, the HPCNFs deliver a very high capacity of 1780 mA h g$^{-1}$ at 50 mA g$^{-1}$ after 40 cycles, greatly improved rate capacity and ultralong cycle life (1550 mA h g$^{-1}$ at 500 mA g$^{-1}$ after 600 cycles) in comparison with CNFs. The outstanding electrochemical performance is contributed to the electrospinning-derived 3D porous interconnected networks and the air-activated mesoporous structure in the CNFs that can facilitate the electrolyte into the electrode, thus reducing the Li$^+$ diffusion distance. Consideration of the low-cost and efficient preparation, this method is hoped to design highly porous materials in large-scale production used for advanced energy-storage devices.

3. Composite anodes with CNFs

The capacities of pure CNFs are insufficient for high-performance batteries. Therefore, various components such as silicon, tin and tin oxides, titanium oxides, and other metal oxide nanoparticles have been loaded into CNFs via an electrospinning process to enhance the performance.

3.1. Si-loaded CNF composite anodes

Silicon nanoparticles (with a theoretical specific capacity of 4200 mA h g$^{-1}$) could be incorporated into the CNF matrix by electrospinning PAN–Si nanoparticles and the subsequence carbonization to improve the poor cycling performance resulted from large volume changes (~400%) and nanoparticle aggregation upon the alloying and dealloying reaction with Li$^+$ [69, 70]. By optimizing the Si content, Si particles were dispersed homogeneously along the fibers, thus inhibiting the agglomeration of Si nanoparticles and suppressing mechanical failure during Li$^+$ insertion and extraction [71]. Additionally, introduction of various porous structures into CNFs could greatly enhance the specific capacity and rate performance of Si/CNF composite electrodes. For example, porous Si/CNF composites used without binding and conductive additives showed high discharge capacity of 1100 mA h g$^{-1}$ at a high current density of 200 mA g$^{-1}$ [72].

Another example, Si–CNF core–shell fibers with void space in the core section were fabricated by coaxial electrospinning, in which Si–PMMA was chosen as the core and PAN as the shell [73]. After carbonization process, PAN can still remain stable in the shell, while PMMA could be removed to form the void space in the core of the fibers, which can accommodate the volume
expansion of Si (Figure 8). This unique Si–CNF core–shell structure shows a high capacity of 1384 mA h g\(^{-1}\) at a rate of C/10 and an outstanding cycle life of 300 cycles with 99% capacity retention. Another promising strategy to improve the performance of Si/CNFs is adding conductive component such as graphitized carbon [74] or TiO\(_2\) [75] into the electrospun Si–CNF composite. The electrical conduction of the surrounding material significantly improved the reversible capacity and cycling stability.

3.2. Tin-based composite anodes with CNFs

Tin and its oxides have much higher theoretical capacities (Sn: 992 mA h g\(^{-1}\), SnO\(_2\): 780 mA h g\(^{-1}\)) than the commercial graphite (372 mA h g\(^{-1}\)), but they also suffer from large volume changes and nanoparticle aggregation during cycling, resulting in capacity and stability losses. Dispersing these metallic nanoparticles into CNFs via electrospinning is an efficient approach to overcome these drawbacks because CNFs can hinder particle aggregation, provide continuous long-distance electron transport pathway, support numerous active sites for charge-transfer reactions, and eliminate the need for binding or conducting additive [23]. Yu et al. [53] fabricated a reticular Sn/CNF webs used as anodes for rechargeable LIBs via electrospinning technique and carbonization treatment, and studied the carbonization temperature effect on electrochemical performance of the Sn/CNF webs. It is demonstrated that carbonization temperature will influence Sn grain size, surface area or fiber diameter, and the electrical conductivity of CNFs, which dominate the electrochemical performance of the electrode. The Sn/CNF webs carbonized at 850°C exhibited a reversible capacity of 450 mA h g\(^{-1}\) after 30 cycles at a current of 25 mA g\(^{-1}\). Herein, the overall capacity looks low because the direct electro-
spinning technique limits the loading amount of active materials (with ~22 wt% Sn particles), which could be improved by constructing novel nanostructures.

Porous or hollow structure is introduced into Sn/CNF systems to enhance the cycling stabilities and rate capabilities. Sn nanoparticles have been encapsulated into porous multichannel carbon microtubes (SPMCTs) [76] and bamboo-like hollow CNFs (SBCNFs) [77] using a single-nozzle and a coaxial electrospinning technique, respectively. Such porous or hollow carbon shells could provide appropriate void volume to buffer the large volume change, prevent pulverization of the Sn nanoparticles, serve as an electron supplier, and allow more Li\(^{+}\) access. As a result, both of them showed good cycling stabilities and excellent rate capabilities. Specifically, the SBCNFs display a better cycling stability and a more excellent rate capability with a reversible discharge capacity as high as 480 mA h g\(^{-1}\) at 5 C after 100 cycles.

SnO\(_x\)/CNF composites have been synthesized by electrospinning and subsequent thermal treatment [78, 79]. For example, ultrauniform SnO\(_x\)/carbon nanohybrid (denoted as U-SnO\(_x\)/C) has been fabricated by solvent replacement and subsequent electrospinning homogeneous dispersion of SnO\(_2\) nanoparticles in PAN/DMF solution [79]. The strong interaction between SnO\(_x\) and nitrogen-containing CNFs (Sn–N bonding) could effectively confine the uniformly embedded SnO\(_x\). This unique nanostructure can not only suppress the agglomeration of SnO\(_2\) and tolerate the substantial volume change during cycling, but also enhance the transport of both electrons and ions due to shortened conducting and diffusion pathways. As a consequence, the U-SnO\(_x\)/C nanohybrids exhibit a high reversible capacity of 608 mA h g\(^{-1}\) after 200 cycles, with excellent rate capability. However, the effect of homogeneous distribution is also limited. Sn- or SnO\(_2\)/CNF composites have also been doped with various transition metals, such as Co, Cu and Ni, to improve the cycling stability and rate performance. Co–Sn alloy particles embedded in CNFs improved the cycling stability by increasing the conductivity of the CNF and also enhanced the specific anodic capacity because of different Co–Sn alloys in the structure, as controlled by the carbonization temperature [80]. Incorporation of amorphous Cu into Sn/CNF achieved the highest cycling stability of 490 mA h g\(^{-1}\) after 600 cycles at a current density of 156 mA g\(^{-1}\) [81]. Addition of Ni into SnO\(_2\) CNF suppressed the reduction of SnO\(_2\) to Sn during carbonization and the agglomeration of SnO\(_2\), thus enhancing the cycling stability [82].

In recent literature, Yu et al. [83–86] have achieved the in-site addition of transition metallic (Ti and Cu) and nonmetallic elements (P and B) into SnO\(_x\)/CNF composites for the enhancement of cycling stability and rate performance via the electrospinning technique and subsequent thermal treatments. It was demonstrated that the doped SnO\(_x\) nanoparticles were all ultrafine and uniformly dispersed in the conductive CNF matrix, and the doping content should be kept to an optimal value. The incorporation of heteroatoms into SnO\(_x\)/CNFs endowed them with the enhancement of cyclic capacity retention and rate performance compared with the pristine SnO\(_x\)/CNFs (Table 1) due to the more complete reversible conversion reaction and the higher Li\(^{+}\)-diffusion coefficient. Especially, the addition of Cu into SnO\(_x\)/CNFs exists in the form of Cu\(_2\)O, which can be transformed into Cu nanoparticles dispersed in a lithia matrix (Li\(_2\)O), inhibiting the aggregation of Sn particles in the following alloying–dealloying cycling (Figure 9). Meanwhile, the existence of Cu nanoparticles not only improves
the Li-transport capability and the electronic conductivity of the overall electrode, but also enhances the chemical reacting activity of Sn back to SnO during the Li-extraction process; therefore, the addition of Cu can endow the SnO/CNF electrode with greatly enhanced reversible capacity and rate capability [86].

| Materials              | Performance                        | Rates         | References |
|------------------------|------------------------------------|---------------|------------|
| SnO$_2$/CNFs           | 640 mA h g$^{-1}$ after 60 cycles  | 200 mA g$^{-1}$ | 85         |
|                        | 230 mA h g$^{-1}$ after 100 cycles | 2 A g$^{-1}$  |            |
| Ti-doped SnO$_2$/CNFs  | 670.7 mA h g$^{-1}$ after 60 cycles| 200 mA g$^{-1}$ | 84         |
|                        | 302.1 mA h g$^{-1}$ after 80 cycles| 2 A g$^{-1}$  |            |
| P-doped SnO$_2$/CNFs   | 676 mA h g$^{-1}$ after 100 cycles | 200 mA g$^{-1}$ | 85         |
|                        | 288 mA h g$^{-1}$ after 120 cycles | 2 A g$^{-1}$  |            |
| B-doped SnO$_2$/CNFs   | 670.2 mA h g$^{-1}$ after 100 cycles| 200 mA g$^{-1}$ | 86         |
|                        | 300 mA h g$^{-1}$ after 80 cycles  | 2 A g$^{-1}$  |            |
| Cu-doped SnO$_2$/CNFs  | 743 mA h g$^{-1}$ after 100 cycles | 200 mA g$^{-1}$ | 87         |
|                        | 347 mA h g$^{-1}$ after 1000 cycles| 5 A g$^{-1}$  |            |
| SnO$_2$@PC/CTs         | 1045 mA h g$^{-1}$ after 300 cycles| 500 mA g$^{-1}$ | 88         |
|                        | 499 mA h g$^{-1}$ after 1000 cycles| 2 A g$^{-1}$  |            |
| U-SnO$_2$/CNFs         | 608 mA h g$^{-1}$ after 200 cycles | 500 mA g$^{-1}$ | 80         |
|                        | 175 mA h g$^{-1}$ after 40 cycles  | 5 A g$^{-1}$  |            |

Table 1. Electrochemical performance of Sn-based composites with CNFs.

Figure 9. (a and b) HRTEM images of SnO$_2$/CNFs and (c) corresponding selected area electron diffraction (SAED) pattern; (d and e) HRTEM images of SnO$_2$-20%Cu/CNFs and (f) corresponding SAED pattern after 1000-cycle performance test at a current density of 2 A g$^{-1}$ [86].

Highly enhanced performance of SnO$_2$ could be achieved by designing a novel 1D nanostructure. Liu et al [87] have designed and synthesized a novel fiber-in-tube hierarchical nanostructure of SnO$_2$@porous carbon in carbon tubes (denoted as SnO$_2$@PC/CTs), with 1D
SnO$_2$@PC as the fibrous core and PDA-derived carbon tubes as the tubular shell, through N-doped carbon coating on electrospun hybrid nanofiber template and a post-etching technique (Figure 10). The internal PC skeleton could link and support SnO$_2$ nanoparticles for inhibiting the nanoparticle aggregation during cycling, while the external carbon protective shell could confine the volume expansion of SnO$_2$ for preserving the integrity of the overall electrode and facilitate electron and ion transport to the internal active materials. As a result, compared with SnO$_2$/CTs (without internal porous carbon skeleton), the SnO$_2$@PC/CT nanohybrids exhibit a higher reversible capacity of 1045 mA h g$^{-1}$ at 0.5 A g$^{-1}$ after 300 cycles and a high-rate cycling stability after 1000 cycles (Table 1) compared with those of SnO$_2$/CTs (without internal porous carbon skeleton). This unique 1D hierarchical nanostructure could be extended for improving other high-capacity metal oxides materials such as MnO/MnO$_2$, Fe$_2$O$_3$, and Co$_3$O$_4$.

3.3. Ti-based composite anodes with CNFs

TiO$_2$ has been regarded as a promising high-rate anode material due to its low cost, high working voltage, and structural stability during lithium insertion and extraction processes [88–93]. Bulk TiO$_2$ particle has poor ion and electron conductivity, which has limited its practical capacity and high-rate capability. So much attention has been paid to produce nanostructured
and open-channeled TiO$_2$ materials, which can provide increased reaction active sites and short diffusion lengths for electron and lithium-ion transport [94–100].

Moreover, tailoring these TiO$_2$ fires by coating or incorporation of carbon materials can greatly influence the capacity values and hence the battery performance [101, 102]. CNFs have also been used to load TiO$_2$ particles or fibers for improving electrochemical performance [103–106]. The TiO$_2$–CNF composite nanofibers were prepared by electrospinning technique and thermal treatment. Owing to the unique features of encapsulating TiO$_2$ nanocrystals into porous conductive carbon matrix, the composite nanofibers demonstrated an excellent electrochemical performance [103, 104]. A coaxial electrospinning technique combined with subsequent calcination treatment was also used to develop porous TiO$_2$–CNFs for LIB anodes [105]. In addition, a 3D porous architecture composed of TiO$_2$ nanotubes connected with a CNF matrix was successfully prepared by a hydrothermal method using electrospun rutile TiO$_2$/C nonwoven as the starting raw material (Figure 11) [106]. With its unique structure and connected conductive CNF network, the 3D architecture of the electrode resulted in superior rate performance: the reversible capacities were 214, 180, 138, and 112 mA h g$^{-1}$ at the rate of 5, 10, 20, and 30 C, respectively. Additionally, the 3D structured electrode shows a very stable cycling performance, especially at a high rate of 30 C, without undergoing decay after 1000 cycles.
Spinel Li$_4$Ti$_5$O$_12$ has attracted particular attention for LIB application due to its nearly zero-strain characteristics [107]. However, the practical application of Li$_4$Ti$_5$O$_12$ in LIBs is hampered by its poor natural electronic conductivity. In order to improve the conductivity of Li$_4$Ti$_5$O$_12$ materials, various approaches such as surface coating with conductive materials, e.g., Ag nanoparticles [108, 109], dispersion of Li$_4$Ti$_5$O$_12$ nanoparticles into a carbon matrix [110–112], and preparation of submicron or nanosized Li$_4$Ti$_5$O$_12$ [113, 114] aiming to significantly shorten the Li$^+$-diffusion length, etc., have been developed.

Li$_4$Ti$_5$O$_12$/carbon hybrid nanowebs consisting of interconnected nanofibers were prepared by a combination of electrospinning and subsequent thermal treatments [115, 116]. The as-prepared Li$_4$Ti$_5$O$_12$/carbon nanowebs exhibited high reversible charge stability and good cycling performance (166 mA h g$^{-1}$ at 0.1 C). Highly porous Li$_4$Ti$_5$O$_12$/C nanofibers are successfully designed and prepared through electrospinning combined with a post-two-step annealing process [117]. The Li$_4$Ti$_5$O$_12$/C hybrid with a well-defined porous nanoarchitecture exhibits ultrahigh cycling rates and superior cycling stability. Mesoporous structures were also obtained by adding an amphiphilic triblock copolymer surfactant into a PVP solution, driving the self-assembly of a hydroxyl Li–Ti–O precursor to form mesopores after calcination [118]. Even better performances were obtained from combining dual-phase Li$_4$Ti$_5$O$_12$–TiO$_2$ with CNFs, prepared by immersing TiO$_2$/CNF in a LiOH solution at high temperatures. This imparted a pseudocapacitive effect, with a 204 mA h g$^{-1}$ discharge capacity after 200 cycles at 100 mA g$^{-1}$ from an initial capacity of ~220 mA h g$^{-1}$ [119].

3.4. Other metal oxide/CNF composites

Many other metal oxide nanoparticles have also been incorporated into the CNF matrix for the usage of LIB anode materials. For example, the MnO$_x$ particles, existed as MnO or Mn$_3$O$_4$, were incorporated into porous CNFs via electrospinning technique and subsequent heat treatment [120]. The porous MnO$_x$/C nanofibers experienced limited volume change with Li$^+$ insertion/extraction because the ductile and strong C matrices suppressed the disintegration and aggregation of MnO$_x$. Compared with pure CNF anodes, the MnO$_x$/C exhibited larger charge and discharge capacities (542 mA h g$^{-1}$ for MnO$_x$/C and 396 mA h g$^{-1}$ for pure CNF at the 50th cycle) [121]. MnO$_x$ was also incorporated into fibrous structures by the electrochemical deposition of MnO$_x$ nanoparticles on PAN-based electrospun CNFs [122]. Similarly, Zhang et al. [123] prepared porous Co$_3$O$_4$–CNFs, which show an improved electrochemical performance compared to pure Co$_3$O$_4$–CNFs, with amorphous C structure and crystalline Fe$_3$O$_4$ particles were carbonized at a relatively low temperature (600°C), and showed high reversible capacity of 1007 mA h g$^{-1}$ at the 80th cycle and excellent rate capability [124]. Recently, maghemite ($\gamma$-Fe$_2$O$_3$) nanoparticles were uniformly coated on CNFs by a hybrid synthesis procedure combining an electrospinning technique and hydrothermal method. Electrospun PAN nanofibers serve as a robust support for iron oxide precursors during the hydrothermal process and successfully limit the aggregation of nanoparticles at the following carbonization step (Figure 12) [125]. Such design not only increases the loading of Fe$_3$O$_4$ up to more than 60%, but also limits the aggregation of nanoparticles in the following
In this chapter, the progress in electrospun CNFs and the composites with CNFs, which are used as LIB anode materials, has been summarized. Silicon, tin-based materials, and transition metal oxides are the candidates for the next generation anodes due to their expected high theoretical capacity, but suffer from some issues such as the vast volume change and low electronic conductivity, which could result in lower cycling stability and rate performance. Fortunately, these issues might be solved via composing with electrospun CNF matrix due to their superior mechanical properties and electrical conductivity as well as unique 1D nanostructure. More importantly, these CNF-based composite anodes with an interfibrous web structure could be directly used as anodes without any conductive agent and binder or current collectors, which can greatly reduce the inactive weight and cost of the cells, and significantly improve the electrochemical performance of LIBs [126, 127]. Further enhancement of electrochemical performance could be achieved by constructing controllable 1D nanostructures and doping various materials with CNF-based hybrid nanofibers.

In addition, sodium-ion batteries (SIBs) are new-emerged promising candidates for new battery systems especially for large-scale and long-term electric energy storage applications.
due to their cost advantages [5, 6, 128–133]. Currently, many researchers have paid more attention to electrospun materials for SIBs [134–142]. So far, research has mainly focused on the electrode materials based on electrospun 1D composite with CNFs. By constructing controllable 1D nanostructure to take full advantage of the electrospun materials including shorter diffusion pathways, high surface areas and porosities, good mechanical strengths, etc., one can find the wide use of the electrospun materials in commercial LIBs or SIBs, and even in flexible battery devices in the years ahead.

Author details

Yunhua Yu*, Yuan Liu and Xiaoping Yang

*Address all correspondence to: yuyh@mail.buct.edu.cn

State Key Laboratory of Organic–Inorganic Composites, Beijing University of Chemical Technology, Beijing, P. R. China

References

[1] D. Linden, T. B. Reddy. Handbook of Batteries, McGraw-Hill: Unite States, 2002.

[2] B. Scrosati, J. Garche. Lithium batteries: status, prospects and future. J. Power Sources 195 (2010) 2419.

[3] J. M. Tarascon, M. Armand. Issues and challenges facing rechargeable lithium batteries. Nature 414 (2001) 359.

[4] P. Poizot, S. Laruelle, S. Grugeon, L. Dupont, J. M. Tarascon. Nano-sized transition-metal oxides as negative-electrode materials for lithium-ion batteries. Nature 407 (2000) 496.

[5] R. Berthelot, D. Carlier, C. Delmas. Electrochemical investigation of the P2–NaCoO2 phase diagram. Nat. Mater. 10 (2011) 74.

[6] N. Yabuuchi, M. Kajiyama, J. Iwatate, H. Nishikawa, S. Hitomi, R. Okuyama, R. Usui, Y. Yamada, S. Komaba. P2-type Na0(Fe1/2Mn1/2)O2 made from earth-abundant elements for rechargeable Na batteries. Nat. Mater. 11 (2012) 512.

[7] W.-J. Zhang. A review of the electrochemical performance of alloy anodes for lithium-ion batteries. J. Power Sources 196 (2011) 13.

[8] H. Wang, T. Abe, S. Maruyama, Y. Iriyama, Z. Ogumi, K. Yoshikawa. Graphitized Carbon Nanobeads with an Onion Texture as a Lithium-Ion Battery Negative Electrode for High-Rate Use. Adv. Mater. 17 (2005) 2857.
[9] F. Su, X. S. Zhao, Y. Wang, L. Wang, J. Y. Lee. Hollow carbon spheres with a controllable shell structure. J. Mater. Chem. 16 (2006) 4413.

[10] K. Zhang, X. Li, J. Liang, Y. Zhu, L. Hu, Q. Cheng, C. Guo, N. Lin, Y. Qian. Nitrogen-doped porous interconnected double-shelled hollow carbon spheres with high capacity for lithium-ion batteries and sodium ion batteries. Electrochim. Acta 155 (2015) 174.

[11] X. X. Wang, J. N. Wang, H. Chang, Y. F. Zhang. Preparation of Short Carbon Nanotubes and Application as an Electrode Material in Li-Ion Batteries. Adv. Funct. Mater. 17 (2007) 3613.

[12] H. Gao, F. Hou, X. Zheng, J. Liu, A. Guo, D. Yang, Y. Gong. Electrochemical property studies of carbon nanotube films fabricated by CVD method as anode materials for lithium-ion battery applications. Vacuum 112 (2015) 1.

[13] S. Yoon, S. Lee, S. Kim, K.-W. Park, D. Cho, Y. Jeong. Carbon nanotube film anodes for flexible lithium ion batteries. J. Power Sources 279 (2015) 495.

[14] S.-H. Yoon, C.-W. Park, H. Yang, Y. Korai, I. Mochida, R. T. K. Baker, N. M. Rodriguez. Novel carbon nanofibers of high graphitization as anodic materials for lithium ion secondary batteries. Carbon 42 (2004) 21.

[15] X. Yan, D. Teng, X. Jia, Y. Yu, X. Yang. Improving the cyclability and rate capability of carbon nanofiber anodes through in-situ generation of SiOx-rich overlayers. Electrochim. Acta 108 (2013) 196.

[16] H. Yue, F. Li, Z. Yang, J. Tang, X. Li, D. He. Nitrogen-doped carbon nanofibers as anode material for high-capacity and binder-free lithium-ion battery. Mater. Lett. 120 (2014) 39.

[17] J. Tang, G. Chen, J. Yang, X. Zhou, L. Zhou, B. Huang. Silica-assistant synthesis of three-dimensional graphene architecture and its application as anode material for lithium ion batteries. Nano Energy 8 (2014) 62.

[18] J. Y. Zhan, B. Zhang, L. Cao, X. Wu, Z. Lin, X. Yu, X. Zhang, D. Zeng, F. Xie, W. Zhang, J. Chen, H. Meng. Iodine doped graphene as anode material for lithium ion battery. Carbon 94 (2015) 1.

[19] D. Cai, S. Wang, L. Ding, P. Lian, S. Zhang, F. Peng, H. Wang. Superior cycle stability of graphene nanosheets prepared by freeze-drying process as anodes for lithium-ion batteries. J. Power Sources 254 (2014) 198.

[20] J. Zhang, Y.-S. Hu, J.-P. Tessonnier, G. Weinberg, J. Maier, R. Schlgl, D. S. Su. CNFs@CNTs: superior carbon for electrochemical energy storage. Adv. Mater. 20 (2008) 1450.

[21] J.-J. Fan, J. Yan, T. Wei, G.-Q. Ning, L.-J. Zhi, J.-C. Liu, D.-X. Cao, G.-L. Wang, F. Wei. Nanographene-constructed carbon nanofibers grown on graphene sheets by chemical
vapor deposition: high-performance anode materials for lithium ion batteries. ACS Nano 5 (2011) 2787.

[22] X. Zhang, S. Han, C. Fan, L. Li, W. Zhang. Hard carbon enveloped with graphene networks as lithium ion battery anode. Mater. Lett. 138 (2015) 259.

[23] C. Kim, K. S. Yang, M. Kojima, K. Yoshida, Y. J. Kim, Y. A. Kim, M. Endo. Fabrication of Electrospinning-Derived Carbon Nanofiber Webs for the Anode Material of Lithium-Ion Secondary Batteries. Adv. Funct. Mater. 16 (2006) 2393.

[24] C. A. Bonino, L. Ji, Z. Lin, O. Toprakci, X. Zhang, S. A. Khan. Electrospun carbon-tin oxide composite nanofibers for use as lithium ion battery anodes. ACS Appl. Mater. Inter. 3 (2011) 2534.

[25] A. A. Madhavan, S. Kalluri, D. K. Chacko, T. A. Arun, S. Nagarajan, K. R. V. Subramanian, A. S. Nair, S. V. Nair, A. Balakrishnan. Electrical and optical properties of electrospun TiO2-graphene composite nanofibers and its application as DSSC photoanodes. RSC Adv. 2 (2012) 13032.

[26] X. F. Wang, B. Ding, G. Sun, M. Wang, J. Y. Yu. Electro-spinning/netting: A strategy for the fabrication of three-dimensional polymer nano-fiber/nets. Prog. Mater. Sci. 58 (2013) 1173.

[27] D. Li, Y. Xia. Fabrication of Titania Nanofibers by Electrospinning. Nano Lett. 3 (2003) 555.

[28] Z. M. Huang, Y. Z. Zhang, M. Kotaki, S. Ramakrishna. A review on polymer nanofibers by electrospinning and their applications in nanocomposites. Compos. Sci. Technol. 63 (2003) 2223.

[29] A. Greiner, J. H. Wendorff. Inside Cover: A Molecular Solomon Link. Angew. Chem. Int. Ed. 46 (2007) 5670.

[30] Y. H. Wang, B. Li, Y. H. Liu, L. M. Zhang, Q. H. Zuo, L. F. Shi, Z. M. Su. Highly sensitive oxygen sensors based on Cu(I) complex-polystyrene composite nanofibrous membranes prepared by electrospinning. Chem. Commun. 39 (2009) 5868.

[31] H. G. Wang, Y. X. Li, L. Sun, Y. C. Li, W. Wang, S. Wang, S. F. Xu, Q. B. Yang. Electrospun novel bifunctional magnetic-photoluminescent nanofibers based on Fe2O3 nanoparticles and europium complex. J. Colloid Interface Sci. 350 (2010) 396.

[32] L. Xu, H. W. Song, B. Dong, Y. Wang, J. Chen, X. Bai. Preparation and Bifunctional Gas Sensing Properties of Porous In2O3-CeO2 Binary Oxide Nanotubes. Inorg. Chem. 49 (2010) 10590.

[33] J. L. M. Li, X. M. Yin, S. Liu, Y. G. Wang, L. B. Chen, T. H. Wang. Electrospun porous SnO2 nanotubes as high capacity anode materials for lithium ion batteries. Electrochem. Commun. 12 (2010) 1383.
[34] C. L. Zhang, S. H. Yu. Nanoparticles meet electrospinning: recent advances and future prospects. Chem. Soc. Rev. 43 (2014) 4423.
[35] H. L. Qu, S. Y. Wei, Z. H. Guo. Coaxial electrospun nanostructures and their applications. J. Mater. Chem. A 1 (2013) 11513.
[36] J. T. McCann, D. Li, Y. N. Xia. Electrospinning of nanofibers with core-sheath, hollow, or porous structures. J. Mater. Chem. 15 (2005) 735.
[37] J. C. Di, Y. Zhao, J. H. Yu. Fabrication of molecular sieve fibers by electrospinning. J. Mater. Chem. 21 (2011) 8511.
[38] S. Agarwal, A. Greiner, J. H. Wendorff. Electrospinning of Manmade and Biopolymer Nanofibers-Progress in Techniques, Materials, and Applications. Adv. Funct. Mater. 19 (2009) 1.
[39] L. F. Zhang, A. Aboagye, A. Kelkar, C. L. Lai, H. Fong. A review: carbon nanofibers from electrospun polyacrylonitrile and their applications. J. Mater. Sci. 49 (2014) 463.
[40] D. Li, Y. Xia. Electrospinning of Nanofibers: Reinventing the Wheel? Adv. Mater. 16 (2004) 1151.
[41] A. L. Yarin, E. Zussman, J. H. Wendorff, A. Greiner. Material encapsulation and transport in core-shell micro/nanofibers, polymer and carbon nanotubes and micro/nanochannels. J. Mater. Chem. 17 (2007) 2585.
[42] E. Teo, S. Ramakrishna. A review on electrospinning design and nanofibre assemblies. Nanotechnology 17 (2006) R89.
[43] H. G. Wang, S. Yuan, D. -L. Ma, X.-B. Zhang, J.-M. Yan. Electrospun materials for lithium and sodium rechargeable batteries: from structure evolution to electrochemical performance. Energy Environ. Sci. 8 (2015) 1660.
[44] E. S. Pampal, E. Stojanovska, B. Simon, A. Kilic. A review of nanofibrous structures in lithium ion batteries. J. Power Sources 300 (2015) 199.
[45] M. Inagaki, Y. Yang, F. Y. Kang. Carbon Nanofibers Prepared via Electrospinning. Adv. Mater. 24 (2012) 2547.
[46] Z. Dong, S. J. Kennedy, Y. Wu. Electrospinning materials for energy-related applications and devices. J. Power Sources 196 (2011) 4886.
[47] N. A. Kaskhedikar, J. Maier. Lithium Storage in Carbon Nanostructures. Adv. Mater. 21 (2009) 2664.
[48] L. Dai, D. W. Chang, J.-B. Baek, W. Lu. Carbon Nanomaterials for Advanced Energy Conversion and Storage. Small 8 (2012) 1130.
[49] X. D. Yan, D. H. Teng, X. L. Jia, Y. H. Yu, X. P. Yang. Improving the cyclability and rate capability of carbon nanofiber anodes through in-site generation of SiOx-rich overlayers. Electrochim. Acta 108 (2013) 196
[50] L. Feng, N. Xie, J. Zhong. Carbon Nanofibers and Their Composites: A Review of Synthesizing, Properties and Applications. Materials 7 (2014) 3919.

[51] J. Shin, W.-H. Ryu, K. -S. Park, Il-Doo Kim. Morphological Evolution of Carbon Nanofibers Encapsulating SnCo Alloys and Its Effect on Growth of the Solid Electrolyte Interphase Layer. ACS Nano 7 (2013) 7330.

[52] Y. Z. Wu, M. V. Reddy, B. V. R. Chowdari, S. Ramakrishna. Long-Term Cycling Studies on Electrospun Carbon Nanofibers as Anode Material for Lithium Ion Batteries. ACS Appl. Mater. Inter. 5 (2013) 12175.

[53] Y. H. Yu, Q. Yang, D. Teng, X. Yang, S. Ryu. Reticular Sn nanoparticle-dispersed PAN-based carbon nanofibers for anode material in rechargeable lithium-ion batteries. Electrochem. Commun. 12 (2010) 1187.

[54] L. Zou, L. Gan, F. Y. Kang, M. X. Wang, W. C. Shen, Z. H. Huang. Sn/C non-woven film prepared by electrospinning as anode materials for lithium ion batteries. J. Power Sources 195 (2010) 1216.

[55] P. Wang, D. Zhang, F. Ma, Y. Ou, Q. N. Chen, S. Xie, J. Li. Mesoporous carbon nanofibers with a high surface area electrospun from thermoplastic polyvinylpyrrolidone. Nanoscale 4 (2012) 7199.

[56] J X. Fan, L. Zou, Y.-P. Zheng, F.-Y. Kang, W.-C. Shen. Electrospinning Preparation of Nanosilicon/Disordered Carbon Composite as Anode Materials in Li-Ion Battery. Electrochem. Solid-State Lett. 12 (2009) A199.

[57] S.-X. Wang, L. Yang, L. P. Stubbs, X. Li, C. He. Lignin-Derived Fused Electrospun Carbon Fibrous Mats as High Performance Anode Materials for Lithium Ion Batteries. ACS Appl. Mater. Inter. 5 (2013) 12275.

[58] W. E. Tenhaeff, O. Rios, K. More, M. A. McGuire. Highly Robust Lithium Ion Battery Anodes from Lignin: An Abundant, Renewable, and Low-Cost Material. Adv. Funct. Mater. 24 (2014) 86.

[59] B. X. Liu, Y. H. Yu, J. Chang, X. J. Yang, D. Z. Wu, X. P. Yang. An enhanced stable-structure core-shell coaxial carbon nanofiber web as a direct anode material for lithium-based batteries. Electrochem. Commun. 13 (2011) 558.

[60] D. Nan, J.-G. Wang, Z.-H. Huang, L. Wang, W. Shen, F. Kang. Highly porous carbon nanofibers from electrospun polyimide/SiO2 hybrids as an improved anode for lithium-ion batteries. Electrochem. Commun. 34 (2013) 52.

[61] J B.-S. Lee, S.-B. Son, K.-M. Parka, W.-R. Yu, K.-H. Oh, S.-H. Lee. Anodic properties of hollow carbon nanofibers for Li-ion battery. J. Power Sources 199 (2012) 53.

[62] X. Li, X. B. Zhu, Y. Zhu, Z. Yuan, L. Si, Y. Qian. Porous nitrogen-doped carbon vegetable-sponges with enhanced lithium storage performance. Carbon 69 (2014) 515.
[63] P. Han, Y. Yue, L. Zhang, H. Xu, Z. Liu, K. Zhang, C. Zhang, S. Dong, W. Ma, G. Cui. Nitrogen-doping of chemically reduced mesocarbon microbead oxide for the improved performance of lithium ion batteries. Carbon 50 (2012) 1355.

[64] W. H. Shin, H. M. Jeong, B. G. Kim, J. K. Kang, J. W. Choi. Nitrogen-Doped Multiwall Carbon Nanotubes for Lithium Storage with Extremely High Capacity. Nano Lett. 12 (2012) 2283.

[65] Y. Liu, X. D. Yan, Y. H. Yu, X. P. Yang. Self-improving anodes for lithium-ion batteries: continuous interlamellar spacing expansion induced capacity increase in polydopamine-derived nitrogen-doped carbon tubes during cycling. J. Mater. Chem. A. 3 (2015) 20880.

[66] L. W. Ji, X. W. Zhang. Manganese oxide nanoparticle-loaded porous carbon nanofibers as anode materials for high-performance lithium-ion batteries. Electrochem. Commun. 11 (2009) 795

[67] D. H. Teng, Y. H. Yu, P. W. Li, X. Bai. A topographically triplex-roughened Ti3O5/TiP2O7@MPCNFs hierarchical nanocomposite delivering synergistic lithium storage. RSC Adv. 3 (2013) 14237.

[68] W. Li, M. Li, M. Wang, L. Zeng, Y. Yu. Electrospinning with partially carbonization in air: Highly porous carbon nanofibers optimized for high-performance flexible lithium-ion batteries. Nano Energy 13 (2015) 693.

[69] L. Wang, C. X. Ding, L. C. Zhang, H. W. Xu, D. W. Zhang, T. Cheng, C. H. Chen. A novel carbon–silicon composite nanofiber prepared via electrospinning as anode material for high energy-density lithium ion batteries. J. Power Sources 195 (2010) 5052.

[70] H. S. Choi, J. G. Lee, H. Y. Lee, S. W. Kim, C. R. Park. Effects of surrounding confinements of Si nanoparticles on Si-based anode performance for lithium ion batteries. Electrochim. Acta 56 (2010) 790.

[71] L. Ji, K.-H. Jung, A. J. Medford, X. Zhang. Electrospin polyacrylonitrile fibers with dispersed Si nanoparticles and their electrochemical behaviors after carbonization. J. Mater. Chem. 19 (2009) 4992.

[72] L. Ji, X. Zhang. Fabrication of porous carbon/Si composite nanofibers as high-capacity battery electrodes. Electrochem. Commun. 11 (2009) 1146.

[73] T. H. Wang, Y. M. Lee, B.-S. Kong, J.-S. Seo, J. W. Choi. Electrospun Core–Shell Fibers for Robust Silicon Nanoparticle-Based Lithium Ion Battery Anodes. Nano Lett. 12 (2012) 802.

[74] J. Kong, W. A. Yee, Y. Wei, L. Yang, J. M. Ang, S. L. Phua, S. Y. Wong, R. Zhou, Y. Dong, X. Li, X. Lu. Silicon nanoparticles encapsulated in hollow graphitized carbon nanofibers for lithium ion battery anodes. Nanoscale 5 (2013) 2967.
[75] Q. L. Wu, T. Tran, W. Q. Lu, J. Wu. Electrospun silicon/carbon/titanium oxide composite nanofibers for lithium ion batteries. J. Power Sources 258 (2014) 39.

[76] Y. Yu, L. Gu, C. B. Zhu, P. A. van Aken, J. Maier. Encapsulation of Sn@carbon Nanoparticles in Bamboo-like Hollow Carbon Nanofibers as an Anode Material in Lithium-Based Batteries. J. Am. Chem. Soc. 131 (2009) 15984.

[77] Y. Yu, L. Gu, C. L. Wang, A. Dhanabal, P. A. van Aken, J. Maier. Encapsulation of Sn@carbon Nanoparticles in Bamboo-like Hollow Carbon Nanofibers as an Anode Material in Lithium-Based Batteries. Angew. Chem. Int. Ed. 48 (2009) 6485.

[78] Z. X. Yang, G. D. Du, Z. P. Guo, X. B. Yu, S. Li, Z. X. Chen, P. Zhang, H. K. Liu. Plum-branch-like carbon nanofibers decorated with SnO2 nanocrystals. Nanoscale 2 (2010) 1011.

[79] X. S. Zhou, Z. H. Dai, S. H. Liu, J. C. Bao, Y.-G. Guo. Ultra-Uniform SnOx/Carbon Nanohybrids toward Advanced Lithium-Ion Battery Anodes. Adv. Mater. 26 (2014) 3943.

[80] B.-O. Jang, S.-H. Park, W.-J. Lee. J. Electrospun Co–Sn alloy/carbon nanofibers composite anode for lithium ion batteries. Alloys Compd. 574 (2013) 325.

[81] J.-C. Kim, D.-W. Kim. Electrospun Cu/Sn/C Nanocomposite Fiber Anodes with Superior Usable Lifetime for Lithium- and Sodium-Ion Batteries. Chem. Asian. J. 9 (2014) 3313.

[82] D. Kim, D. Lee, J. Kim, J. Moon. Electrospun Ni-Added SnO2–Carbon Nanofiber Composite Anode for High-Performance Lithium-Ion Batteries. ACS Appl. Mater. Inter. 4 (2012) 5408.

[83] Y. Liu, X. D. Yan, J. L. Lan, D. H. Teng, Y. H. Yu, X. P. Yang. Ti-doped SnOx encapsulated in Carbon nanofibers with enhanced lithium storage properties. Electrochim. Acta 137 (2014) 9.

[84] X. W. Liu, D. H. Teng, T. Li, Y. H. Yu, X. H. Shao, X. P. Yang. Phosphorus-doped tin oxides/carbon nanofibers webs as lithium-ion battery anodes with enhanced reversible capacity. J. Power Sources 272 (2014) 614.

[85] Q. Li, J. L. Lan, Y. Liu, Y. H. Yu, X. P. Yang. Carbon nanofiber-supported B2O3–SnOx glasses as anode materials for high-performance lithium-ion batteries. RSC Adv. 5 (2015) 89099.

[86] C. Chi, J. L. Lan, J. M. Sun, Y. Liu, Y. H. Yu, X. P. Yang. Amorphous Cu-added/SnOx/CNFs composite webs as anode materials with superior lithium-ion storage capability. RSC Adv. 5 (2015) 41210.

[87] Y. Liu, J. L. Lan, Q. Cai, Y. H. Yu, Y. H. Lin, X. P. Yang. Encapsulating Tin Dioxide@Porous Carbon in Carbon Tubes: A Fiber-in-Tube Hierarchical Nanostructure for Superior Capacity and Long-Life Lithium Storage. Part. Part. Syst. Charact. 32 (2015) 952.
[88] S. Y. Huang, L. Kavan, I. Exnar, M. Grätzel. Rocking Chair Lithium Battery Based on Nanocrystalline TiO2 (Anatase). J. Electrochem. Soc. 142 (1995) L142.

[89] O. Wilhelm, S. E. Pratsinis, E. de chambrier, M. Crouzet, I. Exnar. Electrochemical performance of granulated titania nanoparticles. J. Power Sources 134 (2004) 197.

[90] Z. L. Liu, L. Hong, B. Guo. Physicochemical and electrochemical characterization of anatase titanium dioxide nanoparticles. J. Power Sources 143 (2005) 231.

[91] M. Wagemaker, W. J. H. Borghols, F. M. Mulder. Large Impact of Particle Size on Insertion Reactions. A Case for Anatase LiixTiO2. J. Am. Chem. Soc. 129 (2007) 4323.

[92] D. Cai, D. Li, S. Wang, X. Zhu, W. Yang, S. Zhang, H. Wang. High rate capability of TiO2/nitrogen-doped graphene nanocomposite as an anode material for lithium–ion batteries. J. Alloys Compd. 561 (2013), 54.

[93] C. Lai, G. R. Li, Y. Y. Dou, X. P. Gao. Mesoporous polyaniline or polypyrrole/anatase TiO2nanocomposite as anode materials for lithium-ion batteries. Electrochim. Acta. 55 (2010) 4567.

[94] S. J. Bao, Q. L. Bao, C. M. Li, Z. L. Dong. Novel porous anatase TiO2 nanorods and their high lithium electroactivity. Electrochem. Commun. 9 (2007) 1233.

[95] J. S. Chen, X. W. Lou. Anatase TiO2 nanosheet: An ideal host structure for fast and efficient lithium insertion/extraction. Electrochem. Commun. 11 (2009) 2332.

[96] J. M. Szeifert, J. M. Feckl, D. F. Rohlfing, Y. J. Liu, V. Kalousek, J. Rathousky, T. Bein. Ultrasmall Titanate Nanocrystals and Their Direct Assembly into Mesoporous Structures Showing Fast Lithium Insertion. J. Am. Chem. Soc. 132 (2010) 12605.

[97] J. H. Liu, J. S. Chen, X. F. Wei, X. W. Lou, X. W. Liu. Sandwich-Like, Stacked Ultrathin Titanate Nanosheets for Ultrafast Lithium Storage. Adv. Mater. 23 (2011) 998.

[98] J. Wang, Y. K. Zhou, Y. Y. Hu, R. O. Hayre, Z. P. Shao. Facile Synthesis of Nanocrystalline TiO2 Mesoporous Microspheres for Lithium-Ion Batteries. J. Phys. Chem. C. 115 (2011) 2529.

[99] M. V. Reddy, R. Jose, T. H. Teng, B. V. R. Chowdari, S. Ramakrishna. Preparation and electrochemical studies of electrosprun TiO2nanofibers and molten salt method nanoparticles. Electrochim. Acta 55 (2010) 3109.

[100] H. W. Lu, W. Zeng, Y. S. Li, Z. W. Fu. Fabrication and electrochemical properties of three-dimensional net architectures of anatase TiO2 and spinel Li4Ti5O12 nanofibers. J. Power Sources 164 (2007) 874.

[101] P. Zhu, Y. Wu, M. V. Reddy, A. S. Nair, B. V. R. Chowdari, S. Ramakrishna. Long term cycling studies of electrosprun TiO 2 nanostructures and their composites with MWCNTs for rechargeable Li-ion batteries. RSC Adv. 2 (2012) 531.
[102] M. H. Ryu, K. N. Jung, K. H. Shin, K. S. Han, S. Yoon. High performance N-doped mesoporous carbon decorated TiO2 nanofibers as anode materials for lithium-ion batteries. J. Phys. Chem. C. 17 (2013) 8092.

[103] X. J. Yang, D. H. Teng, B. X. Liu, Y. H. Yu, X. P. Yang. Nanosized anatase titanium dioxide loaded porous carbon nanofiber webs as anode materials for lithium-ion batteries. Electrochem. Commun. 13 (2011) 1098.

[104] Z. X. Yang, G. D. Du, Q. Meng, Z. P. Guo, X. B. Yu, Z. X. Chen, T. L. Guo, R. Zeng. Synthesis of uniform TiO2@carbon composite nanofibers as anode for lithium ion batteries with enhanced electrochemical performance. J. Mater. Chem. (2012) 5848.

[105] X. Y. Li, Y. M. Chen, L. M. Zhou, Y.-W. Mai, H. T. Huang. Exceptional electrochemical performance of porous TiO 2−carbon nanofibers for lithium ion battery anodes. J. Mater. Chem. A. 2 (2014) 3875.

[106] J B. Zhao, S. Jiang, C. Su, R. Cai, R. Ran, M. O. Tad’eb, Z. P. Shao. A 3D porous architecture composed of TiO 2 nanotubes connected with a carbon nanofiber matrix for fast energy storage. J. Mater. Chem. A. 1 (2013) 12310.

[107] N. Li, H. Ge, D. Y. Li, C. S. Dai, D. L. Wang. Electrochemical characteristics of spinel Li4Ti5O12 discharged to 0.01 V. Electrochem. Commun. 10 (2008) 719.

[108] Z. Y. Wen, S. H. Huang, X. J. Zhu, Z. H. Gu. Preparation and electrochemical performance of Ag doped Li4Ti5O12. Electrochem. Commun. 6 (2004) 1093.

[109] Z. Y. Wen, S. H. Huang, J. C. Zhang, Z. H. Gu, X. H. Xu. Li4Ti5O12/Ag composite as electrode materials for lithium-ion battery. Solid State Ionics 177 (2006) 851.

[110] J. Huang, Z. Jiang. The preparation and characterization of Li4Ti5O12/carbon nanotubes for lithium ion battery. Electrochim. Acta 53 (2008) 7756.

[111] Y. P. Wu, G. J. Wang, J. Gao, L. J. Fu, N. H. Zhao, T. Takamura. Preparation and characteristic of carbon-coated Li4Ti5O12 anode material. J. Power Sources. 174 (2007) 1109.

[112] L. Cheng, X. L. Li, H. J. Liu, H. M. Xiong, P. W. Zhang, Y. Y. Xia. Carbon-coated Li4Ti5O12 as a high rate electrode material for Li-ion intercalation. J. Electrochem. Soc. 154 (2007) A692.

[113] J. Kim, D. H. Kim, Y. S. Ahn. Polyol-mediated synthesis of Li4Ti5O12 nanoparticle and its electrochemical properties. Electrochem. Commun. 7 (2005) 1340.

[114] J. Kim, J. Cho. Spinel Li4Ti5O12 nanowires for high-rate Li-ion intercalation electrode. Electrochem. Solid Struct. 10 (2007) A81.

[115] Z. Yang, Q. Meng, Z. Guo, X. Yu, T. Guo, R. Zeng. Highly reversible lithium storage in uniform Li4Ti5O12/carbon hybrid nanowebs as anode material for lithium-ion batteries. Energy 55 (2013) 925.
[116] B. Guo, Y. Li, Y. Yao, Z. Lin, L. Ji, G. Xu, Yi. Liang, Q. Shi, X. Zhang. Electrospun Li4Ti5O12/C composites for lithium-ion batteries with high rate performance. Solid State Ionics 204–205 (2011) 61.

[117] H. Xu, X. Hu, Y. Sun, W. Luo, C. Chen, Y. Liu, Y. Huang. Highly porous Li4Ti5O12/C nanofibers for ultrafast electrochemical energy storage. Nano Energy 10 (2014) 163.

[118] J. Wang, L. Shen, H. Li, B. Ding, P. Nie, H. Dou, X. Zhang. A facile one-pot synthesis of TiO2/nitrogen-doped reduced graphene oxide nanocomposite as anode materials for high-rate lithium-ion batteries. J. Alloys Compd. 587 (2014) 171.

[119] J. Sun, D. Teng, Y. Liu, C. Chi, Y. Yu, J.-L. Lan, X Yang. Enhanced lithium storage capability of a dual-phase Li4Ti5O12–TiO2–carbon nanofiber anode with interfacial pseudocapacitive effect. RSC Adv. 4 (2014) 48632.

[120] L. Ji, A. J. Medford, X. Zhang. Porous carbon nanofibers loaded with manganese oxide particles: Formation mechanism and electrochemical performance as energy-storage materials. J. Mater. Chem. 19 (2009) 5593.

[121] L. Ji, X. Zhang. Manganese oxide nanoparticle-loaded porous carbon nanofibers as anode materials for high-performance lithium-ion batteries. Electrochem. Commun. 11 (2009) 795.

[122] Z. Lin, L. Ji, M. D. Woodroof, X. Zhang. Electrodeposited MnOx/carbon nanofiber composites for use as anode materials in rechargeable lithium-ion batteries. J. Power Sources 195 (2010) 5025.

[123] P. Zhang, Z. P. Guo, Y. D. Huang, D. Z. Jia, H. K. Liu. Synthesis of Co3O4/carbon composite nanowires and their electrochemical properties. J. Power Sources 196 (2011) 6987.

[124] L. Wang, Y. Yu, P. C. Chen, D. W. Zhang, C. H. Chen. Electrospinning synthesis of C/Fe3O4 composite nanofibers and their application for high performance lithium-ion batteries. J. Power Sources 183 (2008) 717.

[125] Y. Z. Wu, P. N. Zhu, M. V. Reddy, B. V. R. Chowdari, S. Ramakrishna. Maghemite nanoparticles on electrospin CNFs template as prospective lithium-ion battery anode. ACS Appl. Mater. Inter. 6 (2014) 1951.

[126] G. M. Zhou, F. Li, H.-M. Cheng. Progress in flexible lithium batteries and future prospects. Energy Environ. Sci. 7 (2014) 1307.

[127] L. Li, Z. Wu, S. Yuan, X.-B. Zhang. Advances and challenges for flexible energy storage and conversion devices and systems. Energy Environ. Sci. 7 (2014) 2101.

[128] Y. H. Liu, Y. H. Xu, Y. J. Zhu, J. N. Culver, C. A. Lundgren, K. Xu, C. S. Wang. Tin-Coated Viral Nanoforests as Sodium-Ion Battery Anodes. ACS Nano 7 (2013) 3627.
[129] Y. H. Xu, Y. J. Zhu, Y. H. Liu, C. S. Wang. Electrochemical performance of porous carbon/tin composite anodes for sodium-ion and lithium-ion batteries. Adv. Energy Mater. 3 (2013) 128.

[130] Z. L. Jian, C. C. Yuan, W. Z. Han, X. Lu, L. Gu, X. K. Xi, Y.-S. Hu, H. Li, W. Chen, D. F. Chen, Y. Ikuhara, L. Q. Atomic Structure and Kinetics of NASICON NaV2(PO4)3 Cathode for Sodium-Ion Batteries. Chem. Adv. Funct. Mater. 24 (2014) 4265.

[131] S. W. Wang, L. J. Wang, Z. Q. Zhu, Z. Hu, Q. Zhao. All Organic Sodium-Ion Batteries with Na4C8H2O6†.J. Chen. Angew. Chem., Int. Ed. 53 (2014) 5892.

[132] J. F. Qian, Y. Xiong, Y. L. Cao, X. P. Ai, H. X. Yang. Synergistic Na-storage reactions in Sn4P3 as a high-capacity, cycle-stable anode of Na-ion batteries. Nano Lett. 14 (2014) 1865.

[133] D. Y. W. Yu, P. V. Prikhodchenko, C. W. Mason, S. K. Batabyal, J. Gun, S. Sladkevich, A. G. Medvedev, O. Lev. High-capacity antimony sulphide nanoparticle-decorated graphene composite as anode for sodium-ion batteries. Nat. Commun. 4 (2013) 2922.

[134] T. Q. Chen, Y. Liu, L. K. Pan, T. Lu, Y. F. Yao, Z. Sun, D. H. C. Chua, Q. Chen. Electrospun carbon nanofibers as anode materials for sodium ion batteries with excellent cycle performance. J. Mater. Chem. A. 2 (2014) 4117.

[135] L. Wu, X. H. Hu, J. F. Qian, F. Pei, F. Y. Wu, R. J. Mao, X. P. Ai, H. X. Yang, Y. L. Cao. Sb–C nanofibers with long cycle life as an anode material for high-performance sodium-ion batteries. Energy Environ. Sci. 7 (2014) 323.

[136] L. W. Ji, M. Gu, Y. Y. Shao, X. L. Li, M. H. Engelhard, B. W. Arey, W. Wang, Z. M. Nie, J. Xiao, C. M. Wang, J.-G. Zhang, J. Liu. Controlling SEI Formation on SnSb-Porous Carbon Nanofibers for Improved Na Ion Storage. Adv. Mater. 26 (2014) 2901.

[137] C. B. Zhu, X. K. Mu, P. A. van Aken, Y. Yu, J. Maier. Single-Layered Ultrasmall Nanoplates of MoS2 Embedded in Carbon Nanofibers with Excellent Electrochemical Performance for Lithium and Sodium Storage. Angew. Chem., Int. Ed. 53 (2014) 2152.

[138] J. Liu, K. Tang, K. P. Song, P. A. van Aken, Y. Yu, J. Maier. Tiny Li4Ti5O12 nanoparticles embedded in carbon nanofibers as high-capacity and long-life anode materials for both Li-ion and Na-ion batteries. Phys. Chem. Chem. Phys. 15 (2013) 20813.

[139] J. Liu, K. Tang, K. P. Song, P. A. van Aken, Y. Yu, Electrospun Na3V2(PO4)3/C nanofibers as stable cathode materials for sodium-ion batteries. J. Maier. Nanoscale. 6 (2014) 5081.

[140] T. H. Hwang, D. S. Jung, J.-S. Kim, B. G. Kim, J. W. Choi. One-Dimensional Carbon–Sulfur Composite Fibers for Na–S Rechargeable Batteries Operating at Room Temperature. Nano Lett. 13 (2013) 4532.
[141] W. H. Li, L. C. Zeng, Z. Z. Yang, L. Gu, J. Q. Wang, X. W. Liu, J. X. Cheng, Y. Yu. Free-standing and binder-free sodium-ion electrodes with ultralong cycle life and high rate performance based on porous carbon nanofibers. Nanoscale 6 (2014) 693.

[142] Y. J. Zhu, X. G. Han, Y. H. Xu, Y. H. Liu, S. Y. Zheng, K. Xu, L. B. Hu, C. S. Wang. Electrospun Sb/C Fibers for a Stable and Fast Sodium-Ion Battery Anode. ACS Nano 7 (2013) 6378.